Ultrastructural and Chemical Composition of Dentin and Enamel in Lab Animals

Ali Dehghani Nazhvani, DMD, MSc; Habib Dehghanpour Frashah, DMD; Pardis Haddadi, DMD, MSc; Fatemeh Dehghani Nazhvani, DVM, DVSc

1 Dept. of Oral and Maxillofacial Pathology, Biomaterials Research Center, School of Dentistry, Shiraz University of Medical Sciences, Shiraz, Iran.
2 Student’s Research Committee, School of Dentistry, International Branch, Shiraz University of Medical Sciences, Shiraz, Iran.
3 Dept. of Periodontics, Faculty of Dentistry, Lorestan University of Medical Sciences, Khorramabad, Iran.
4 Bone and Joint Diseases Research Center, Shiraz University of Medical Sciences, Shiraz, Iran.

KEY WORDS
Enamel;
Dentin;
Scanning electron microscope;
X-ray diffraction;
Lab animals;

ABSTRACT
Statement of the Problem: Human tooth is clinically the most appropriate material that can be used for in-vitro dental research. However, there are limitations and drawbacks for using human teeth. Therefore, alternatives to samples of human teeth for dental studies are necessary.

Purpose: This study purposed to evaluate and compare the microstructure and chemical composition of enamel and dentin of teeth in some lab animals.

Materials and Method: In this experimental study, teeth of mouse, rabbit, guinea pig, dog, cat, and sheep were used. Scanning electron microscope observations and X-ray diffraction analysis were performed on samples.

Results: This study revealed resemblance in general structure of dentin and enamel between mentioned animals and human. The minimum mean of dentinal tubules diameter is found in guinea pig (0.5μ), while the highest is in cat (1.5μ). Also the lowest and the highest mean intertubular distance was measured respectively in guinea pig (3μ) and sheep (4.8μ) and the maximum and minimum mean diameter of rods was measured in rabbit (6.6μ) and guinea pig (1.5μ), respectively.

Conclusion: The recorded details and the measured values indicate great resemblance between dog and human dentin and enamel. Cat is in the second place for dentinal studies; sheep and guinea pig have the least resemblance to human within the scope of the reviewed criteria.

Corresponding Author: Dehghani Nazhvani F, Bone and Joint Diseases Research Center, Shiraz University of Medical Sciences, Shiraz, Iran. Email: f.dehghani135n@gmail.com Tel: +98-7136234504

Cite this article as: Dehghani Nazhvani F, Dehghanpour Frashah H, Haddadi P, Dehghani Nazhvani F. Ultrastructural and Chemical Composition of Dentin and Enamel in Lab Animals. J Dent Shiraz Univ Med Sci. 2019; 20(3): 178-183.

Introduction
Human tooth regarding clinical view is the most appropriate material that can be used for in-vitro dental research. However, there are limitations and drawbacks to using human teeth. Providing human teeth in sufficient number and with venerable quality are hardly possible due to extensive caries, lesions, and other defects. Human tooth structure and composition have many variations by age and individual differences that can induce unnecessary impacts on the outcome of studies. Another problem for the application of human teeth in dental research is risk of infection and moral constraints [1].

Thus, variety of non-human teeth has been proposed as alternative and has been used in dental research. Among the various examples of non-human, bovine teeth under the age of 20 months, is one of the most popular alternative substrates [2]. In recent decades, numerous reports have been published regarding the use of bovine teeth [3-5]. Bovine teeth have been frequently used in dental research due to ease of availability, inexpensiveness, uniform composition, and comparability to human teeth with respect to crystalline structure of the
In both species, calcium contents in teeth decrease from the enamel surface to the enamel-dentin interface. In addition, dental matrix proteins in human and bovine teeth are composed of the same amino acids [6]. However, in terms of enamel, bovine and human teeth differ in the arrangement of prisms; the crystals of bovine enamel are 1.7 times thicker than human enamel, while human teeth are more resistant to wear. The bovine root dentin has been detected to have considerably more dentinal tubules per volume, despite being less hard than human root dentin. Although cow’s teeth are used in dental studies, its structure does not match the human samples entirely [6].

In addition to bovine samples, pig, horse, and shark are the most common animals that their teeth are used for dental studies. Lopes and Popowics found similarities in the structure of human and pig enamel and dentin after acid etching [7-8] while Edmunds et al. [9] reported differences in teeth between human and horse using scanning electron microscopy (SEM) analysis on the carious lesions. In a study enrolled by Takagi et al. [10], they found that tooth resistance to demineralization in shark is higher than human.

Thus, alternatives to samples of human teeth for dental studies are necessary. Consequently, this study purposed to evaluate and compare microstructure and chemical composition of enamel and dentine of teeth in some lab animals and human through SEM and X-ray diffraction (XRD) analysis.

Materials and Method
In this experimental study, teeth of mouse, rabbit, guinea pig, dog, cat, and sheep were used. Five teeth without caries or other lesions such as fractures or discolorations were collected from cadaver of each species, supplied by Shiraz School of Veterinary Sciences, Shiraz, Iran.

In dog, cat and sheep first molars were extracted and in rodents, incisors were pulled out, as they were biggest with more test surface.

The surfaces of the teeth were cleaned by scaling and pumicing so that the soft and hard tissue remnants would be eliminated. To prevent microbial growth, the samples were stored in normal saline solution containing 0.4% thymol for 1 month at 4°C.

Sections of tooth containing both enamel and dentin were prepared using a saw microtome (Leitz 1600, Germany). The samples were placed in distilled water until the exact evaluation.

For SEM, specimens were fixed in 2.5% glutaraldehyde for 12 hours (4°C). All samples were dehydrated in ascending grades of ethanol (25%, 50%, 75%, 90%, and 100%). Afterwards, the specimens were dried, gold sputter-coated and were assessed under SEM microscope (Cambridge, S360, UK).

For XRD, teeth samples (dentin and enamel together) were crushed and powdered to less than 45-μm. The obtained powders were pressed into a plastic mold under a load of 245 kN for 30 seconds resulting in disk-shaped blocks. The blocks were analyzed by XRD system (Siemens D5000, Germany). The data obtained from XRD analysis and SEM observations were recorded for each sample.

Results
SEM findings about the hard tissue of the studied animal teeth were as following:

Mouse
The dentin has cylindrical dentinal tubules (mean tubule diameter 1.3μ) which are aligned parallel (Figure 1a). In the cross section, the dentinal tubules are found to be ordered and uniformly distributed with the mean inter-tubular dentine diameter of 4μ (Figure 1b). In addition, the enamel rods are cylindrically positioned beside each other, showing a slight distortion (mean rod diameter

Figure 1: Mouse: cylindrical dentinal tubules are aligned parallel (a: SEM, 1500X); cross section of uniformly distributed dentinal tubules (b: SEM, 2500X); enamel rods with slight distortion and uniform layer of nonprismatic mineral at top (c: SEM, 1800X)
2.8µ). A uniform layer of nonprismatic mineral with 3.6µ mean thickness covers them, towards the outer surface (Figure 1c).

**Rabbit**

In longitudinal section, the dentin includes parallel cylindrical dentinal tubules with the same diameter of 1µ (Figure 2a). In cross section, the dentinal tubules were observed to be non-uniformly distributed. Their intertubular distance is quite variable and random with the mean of 4µm (Figure 2b). The enamel is also a thin layer over the dentine surface and the rods are placed over the dentino enamel junction (DEJ) parallel with dentinal tubules (mean rod diameter 6.6µ) (Figure 2c).

**Guinea pig**

The dentin has quite thin cylindrical tubules (mean tubular diameter 0.5µ) which are distributed uniformly in the cross section with the mean intertubular dentine diameter of 3µ (Figure 3a). The enamel consists cylindrical rods that are densely intertwined (mean rod diameter 1.5µ) (Figure 3b). Their direction is almost parallel to the dentinal tubules, but the enamel thickness is too excessive, and on the outer surface, a layer of 5.6µ aprismatic nonorganic material covers the rods (Figure 3c and d).

**Dog**

The dentin has cylindrical dentinal tubules (mean tubular diameter 1.2µ) that are distributed uniformly and the mean diameter of intertubular dentine is measured to be 3.4µ (Figure 4a and b). The enamel has cylindrical rods aligned side by side, and reaches the surface with a bit of tortuosity. The interrods are perpendicular to the rods, creating a wicker pattern (mean rods diameter 4.2µ) (Figure 4c and d).

**Cat**

The dentin consists of thin cylindrical dentinal tubules that are quite parallel (Figure 5a); and in the cross section they seem to be uniform and ordered (mean tubular diameter 1.5µ, mean diameter of intertubular dentin 4.5µ) (Figure 5b). The enamel rods are thin and cylindrical and are very systematic (mean rods diameter 3.5µ) (Figure 5c).

**Sheep**

The dentin has cylindrical tubules with delicate curvatures that are aligned orderly (mean tubular diameter 0.8µm) and the mean diameter of intertubular dentin is 4.8µ (Figure 6a). The enamel consists of cylindrical rods parallel to DEJ that are intertwined like a net (mean diameter of rods 2.1µ) (Figure 6b) (Table 1). The XRD findings on the hard tissue of the studied animals’ teeth revealed that they were all made up of molecules of hydroxyapatite (HA), fluoroapatite (FA) and carbonate hydroxyapatite (CHA) (Table 2). The statistical analysis demonstrated no significant difference between the items in the table ($p > 0.05$).

![Figure 2](image1.jpg) **Figure 2:** Rabbit: parallel cylindrical dentinal tubules with similar diameters (a: SEM, 2000X); cross section of non-uniformly distributed dentinal tubules (b: SEM, 5000X); thin layer of enamel with rods parallel to dentinal tubules (c: SEM, 650X)

![Figure 3](image2.jpg) **Figure 3:** Guinea pig: thin cylindrical uniformly distributed dentinal tubules (a: SEM, 1500X); cylindrical densely intertwined enamel rods (b: SEM, 2500X); thick enamel and an aprismatic nonorganic material on the outer surface (c: SEM, 500X and d: SEM, 1500X)
**Discussion**

Using human teeth has drawbacks and limitations. It is hardly possible to provide the proper amount of healthy teeth with a suitable quality for experiments, free of infection risk and ethical issues. Thus, researchers are looking for the proper alternative for dental research. Among all animals, the experimental and domesticated ones that are easily and widely available would be the right choice to be compared with human teeth and be adopted as the similar alternative in research.

Molars of cat and dog are designed to crush and tear the flesh, and molars of the sheep to grind up the tough and cellulosic body of plants.

The results of evaluating ultrastructural hard tissues of the teeth of these animals by SEM revealed that the constructive unit of dentin in all the studied animals was cylindrical dentinal tubules that were aligned parallel and surrounded by intertubular dentin. This structure exactly resembles the dentin structure in human [13]. Except in rabbit, the cross section of dentin in all animals indicated ordered and uniform distribution of tubules. This ordered array reached its peak in cat; but in rabbit, the intertubular distance was quite variable and non-uniform. The minimum mean of dentinal tubules...
Comparing the minerals found in hard tissues of each studied animals’ teeth indicated similar chemical compound in all their teeth, the major part included HA and CHA. It was lower in rabbit and dog, so the difference was replaced with higher amount of FA; indicating diverse nutritional diet in these animals. Nutritional habits and specific behaviors would undoubtedly influence their teeth during the process of evolution. Therefore, evaluating the crystallite properties of dentin and enamel in each of these animals, as well as their organization pattern can identify the ultrastructural differences of the teeth [15]. Moreover, assessing the constituting molecules of organic matrix of dentin and enamel, in addition to specifying the amino acid compounds of their proteins can be suggested for further researches. Also, by comparing the mechanical and fatigue properties of hard dental tissues of these animals and human, like wear resistance and stress/strain ratio, it would help replacement of human teeth with animal alternatives in future dental studies.

Conclusion
The results of electronic microscopy and chemical compounds analysis revealed resemblance in general structure of dentin and enamel between studied animals and human. Nonetheless, the recorded details and the measured values indicate great resemblance between dog and human dentin and enamel. Cat is in the second place for dentinal studies; sheep and guinea pig have the least resemblance to human within the scope of the reviewed criteria.

Acknowledgement
This paper has been extracted from Mr. Habib Dehghanpour Frashah’s DDS thesis, which was conducted under supervision of Dr. Ali Dehghani Nazhvani. The study was approved, registered and supported by International Branch of Shiraz University of Medical Sciences (Grant #8692054).

Conflict of Interest
Authors declare no conflict of interests.

References
[1] Yassen GH, Platt JA, Hara AT. Bovine teeth as substitute for human teeth in dental research: a review of literature.
Lab Animals Tooth Structure

Dehghani Nazhvani A, et al.

DOI: 10.30476/DENTJODS.2019.44912

J Oral Sci. 2011; 53: 273-282.

[2] Laurance-Young P, Bozec L, Gracia L, Rees G, Lippert F, Lynch RJ, et al. A review of the structure of human and bovine dental hard tissues and their physicochemical behaviour in relation to erosive challenge and remineralisation. J Dent. 2011; 39: 266-272.

[3] Sano H, Ciucchi B, Matthews WG, Pashley DH. Tensile properties of mineralized and demineralized human and bovine dentin. J Dent Res. 1994; 73: 1205-1211.

[4] Schilke R, Lisson JA, Bauss O, Geurtsen W. Comparison of the number and diameter of dentinal tubules in human and bovinedentine by scanning electron microscopic investigation. Arch Oral Biol. 2000; 45: 355-361.

[5] Almeida KG, Scheibe KG, Oliveira AE, Alves CM, Costa JF. Influence of human and bovine substrate on the microleakage of two adhesive systems. J Appl Oral Sci. 2009; 17: 92-96.

[6] Turissi CP, Messias DF, Corona SM, Serra MC. Viability of using enamel and dentin from bovine origin as a substitute for human counter-parts in an intraoral erosion model. Braz Dent J. 2010; 21: 332-336.

[7] Popowics TE, Rensberger JM, Herring SW. Enamel microstructure and microstrain in the fracture of human and pig molar cusps. Arch Oral Biol. 2004; 49: 595-605.

[8] Lopes FM, Markarian RA, Sendyk CL, Duarte CP, Arana-Chavez VE. Swine teeth as potential substitutes for in vitro studies in tooth adhesion: a SEM observation. Arch Oral Biol. 2006; 51: 548-551.

[9] Edmunds DH, Whittaker DK, Green RM. Suitability of human, bovine, equine, and ovine tooth enamel for studies of artificial bacterial carious lesions. Caries Res. 1988; 22: 327-336.

[10] Takagi S, Liao H, Chow LC. Effect of tooth-bound fluoride on enamel demineralization/ remineralization in vitro. Caries Res. 2000; 34: 281-288.

[11] Zoba HA, Rabab M. Histomorphological Study of Dentine Pulp Complex of Continuously Growing Teeth in the. Rabbits. Life Sci J. 2012; 9: 1554-1564.

[12] Møinichen CB, Lyngstadaas SP, Risnes S. Morphological characteristics of mouse incisor enamel. J Anat. 1996; 189 (Pt 2): 325-333.

[13] Nanci A. Ten Cate's oral histology: Development, structure and function. 8th ed. St. Louis, Missouri: Mosby, Elsevier; 2008. p. 176-180.

[14] Skobe Z, Prostak KS, Trombly PL. Scanning electron microscope study of cat and dog enamel structure. J Morphol. 1985; 184: 195-203.

[15] Xue J, Zavgorodniy AV, Kennedy BJ, Swain MV, Li W. X-ray microdiffraction, TEM characterization and texture analysis of human dentin and enamel. J Microsc. 2013; 251: 144-153.